# M odeling E lastic and P lastic D eform ations in $N$ on $\Psi$ quilibrium $P$ rocessing $U$ sing P hase F ield C rystals. 

K. R.EIder ${ }^{1}$ and M artin G rant ${ }^{2}$<br>${ }^{1}$ D epartm ent of Physics, O akland U niversity, Rochester, M I, 48309-4487 and<br>${ }^{2}$ Physics D epartm ent, Rutherford Building, 3600 rue U niversity, M ©G ill U niversity, M ontreal, Q uebec, C anada H 3 A 2 T 8. (D ated: January 9, 2022)


#### Abstract

A continuum eld theory approach is presented form odeling elastic and plastic deform ation, free surfaces and multiple crystal orientations in non-equilibrium processing phenom ena. M any basic properties of the m odel are calculated analytically and num erical sim ulations are presented for a num ber of im portant applications including, epitaxial grow th, $m$ aterial hardness, grain grow th, reconstructive phase transitions and crack propagation.


PACS num bers: $05.70 \mathrm{Ln}, 64.60 \mathrm{M} y, 64.60 \mathrm{Cn}, 81.30 \mathrm{H} \mathrm{d}$

I. INTRODUCTION

M aterial properties are often controlled by the com plex $m$ icro-structures that form during non-equilibrium processing. In general term s the dynam ics that occur during the processing are controlled by the nature and interaction of the topological defects that delineate the
spatialpattems. For exam ple, in spinodaldecom position the topological defects are the surfaces that separate regions ofdi erent concentration. T hem otion of these surfaces is m ainly controlled by the local surface curvature and non-local interaction $w$ ith other surfaces or boundaries through the di usion of concentration. In contrast, block-copolym er system s form lam ellar or striped phases and the topologicaldefects are dislocations in the striped lattice. In this instance the defects interact through longrange elastic elds.

O ne $m$ ethod for $m$ odeling the topological defects is through the use of phase elds'. These can be thought of as physically relevant elds (such as concentration, density, m agnetization, etc.), or sim ply as auxiliary elds constructed to produce the correct topologicaldefect m otion. In constructing phenom enologicalm odels it is often convenient to take the form erpoint ofview, since physical insight or em pirical know ledge can be used to construct an appropriate $m$ athem atical description th is paper the construction of a phase eld model to describe the dynam ics of crystal grow th that inchues elastic and plastic deform ations is descrin m odeldi ers from other phase eld approaches in that the model is constructed to produce phase elas that are periodic. $T$ his is done by introducing a free energy that is a functional of the local tim e averaged density eld, ( $x ; \mathrm{t}$ ). In this description the liquid state is represented by a uniform and the crystalstate is described a that has the sam e periodic crystalsym $m$ etry as a given crystalline lattice. Th cription of a crystal has been used in other context but not previously for describing $m$ aterial processing pnenom ena. For sim plicity this $m$ odelw ill be referred to as the P hase Field C rystal m odel, or PFC m odel for short.

This approach exploits the fact that $m$ any properties of crystals are controlled by elasticity and sym $m$ etry. A s w illibe discussed in latter sections, any free energy functional that is m inim ized by a periodic eld naturally includes elastic energy and sym $m$ etry properties of the periodic eld. Thus any property of a crystal that is determ ined by symm etry (e.g., relationship between elastic constants, num ber and type of dislocations, low -angle
grain boundary energy, coincident site lattioes, etc.) is also autom atically inconporated in the PFC model.
$T$ he purpose of this paper is to introduce and $m$ otivate this new $m$ odeling technique, discuss the basic properties of the $m$ odel and to present several applications to technologically im portant non-equilibrium phenom ena. In re$m$ ainder of this section a brief introduction to phase eld m odeling techniques for uniform and periodic eld is discussed and related to the study of generic liquid/crystal transitions. In the follow ing section a sim pli ed PFC m odel is presented and the basic properties of the m odel are calculated analytically. This includes calculation of the phase diagram, linear elastic constants and the vacancy di usinn ennstant.

In Section the PFC model is applied to a num ber of interesting phenom ena including, the determ ination of grain boundary energies, liquid phase epitaxial grow th and $m$ aterial hardness. In each of these cases the phenom ena are studied in som e detail and the results are com pared w ith standard theoretical results. At the end of this section sam ple sim ulations of grain grow th, crack propagation and a reconstructive phase transition are presented to ilhustrate the versatility of the PFC m odel. Finally a sum $m$ ary of the results are presented in Section
A. Uniform $F$ ields and Elasticity
$M$ any non-equilibrium phenom ena that lead to dynam ic spatial pattems can be described by elds that are relatively uniform in space, exœept near interfaces where a rapid change in the eld occurs. C lassic exam ples include order/disorder transitions (where the eld is the sublattice concentration), $\quad$ nodal decom posit (where the ${ }^{-1,1}$ is concentration dendritic grow $t$ and eutectic To a large extent the dynam ics of these phenom ena are controlled by the $m$ otion and interaction of the interfaces. A great dealofw ork has gone into constructing and solving $m$ odels that describe both the interfaces ('shanp interface models') and the elds ('phase eld models'). Phase eld models are constructed by considering sym $m$ etries and conservation law s and lead to a rela ${ }^{\text {an }}$ sm all (or generic) set of sharp interface equations

To m akem atters concrete consider the case of spinodal decom position in $A \mathbb{Z} n$. If a high tem perature hom ogeneousm ixture of A land Zn atom s is quenched below the criticaltem perature sm all A land Zn rich zones w ill form and coarsen in time. The order param eter eld that describes this phase transition is the concentration eld. To describe the phase transition a free energy is postulated (i.e., $m$ ade up) by consideration of sym $m$ etries. For spinodaldecom position the free energy is typically w ritten as follow S ,

$$
F={ }^{Z} d V \quad f()+K \tilde{j} \quad \tilde{\jmath}=2 ;
$$

where $f()$ is the bulk free energy and $m$ ust contain two wells one for each phase (i.e., one for A l-rich zones and one for Zn -rich zones). T he second term in Eq. takes into account the fact that gradients in the concentration eld are energetically unfavorable. This is the term that leads to a surface tension (or energy/length) of dom ain walls that separate A land Zn rich zones. The dynam ics are postulated to be dissipative and act such that an arbitrary in itial condition evolves to a low er energy state. $T$ hese general ideas lead to the well known equation of m otion;

$$
\begin{equation*}
\frac{@}{@ t}=\left(r^{2}\right)^{a} \frac{F}{c}+ \tag{2}
\end{equation*}
$$

where, is a phenom enological constant. The G aussian random variable, $c$, is chosen to recover the correct equilibrium uctuation spectrum, has zero $m$ ean and tw $o$ point correlation,

$$
\begin{equation*}
h_{C}(x ; t){ }_{c}\left(x^{0} ; t^{0}\right)=k_{B} T\left(x^{2}\right)^{a} \quad\left(x^{x} x^{0}\right) \quad\left(t \quad t^{0}\right): \tag{3}
\end{equation*}
$$

The variable a is equal to one if is a conserved eld, such as concentration, and is equal to zero if is a nonconserved eld, such as sublattioe concentration

A great deal of physics is contained in Eq. and $m$ any papers have been devoted to the $\rightarrow$ dy ofthis equation. W hile the reader is refereed to for details, the only salient points that $w$ ill be $m$ ade nere is that 1) the cmdient term and double well structure of $f($ ) in Eq. lead to a surface separating di erent phases and 2) the equation of $m$ otion of these interfaces is relatively indepent of the form of $f()$. For example it is well know $r$ that if is non-conserved the norm alvelocity, $\mathrm{V}_{\mathrm{n}}$, of the interface is given by;

$$
\begin{equation*}
\mathrm{V}_{\mathrm{n}}=\quad+\mathrm{A} \tag{4}
\end{equation*}
$$

where is the localcurvature of the interface and A is directly proportional to the free energy di erence betw een the tw o phases. If is conserved then the $m$ otion of the incace is described by the follow ing set of equations

$$
\begin{array}{r}
\mathrm{V}_{\mathrm{n}}=\hat{\mathrm{n}} \tilde{\mathrm{r}}\left[\left(0^{+}\right) \quad(0)\right] ; \\
\\
(0)=\mathrm{d}_{0}+\mathrm{V}_{\mathrm{n}}  \tag{5}\\
@=@ \mathrm{t}=\mathrm{Dr}^{2} ;
\end{array}
$$

where $\mathrm{F}=$ is the chem icalpotential, od is the capillary length, is the kinetic under-cooling coe cient, $\hat{\mathrm{n}}$ is a unit vector perpendicular to the interface position, D is the bulk di usion constant and $0^{+}$and 0 arepositions just ahead and behind tho interficn respectively.

It tums out that E qs. and alw ays em erge when the bulk free energy contauns tw o wells and the local free energy increase .-. $n$ gradients in the omor pammeter eld are present In this sense Eqs. and can be thought of as generic or universal features of system $s$ that contain dom ain walls or surfaces. A s w ill be discussed in the next subsection a di erent set of generic
features arise when the eld prefers to be periodic in space. Som e generic features of periodic system s are that they naturally contain an elastic energy, are anisotropic and have defects that are topologically identical to those found in crystals. A num ber of research groups have built these periodic features` into phase eld models describing uniform elds. This approach has som e appealing features, as one can considerm esoscopic length and tim e scales. But it can involv licated continuum models. For exam ple, in Refs a continuum phase- eld m odel was constructed to treat the m otion of defects, as well as their interaction $w$ th $m$ oving free surfaces. A though such an approach gives explicit access to the stresses and strains, including the Burger's vector via a ghost eld, the interactions between the nonuniform stresses and plasticity are com plicated, since the form er constitutes a free-boundary problem, while the latter involves singular contributions to the strain, within the continuum formulation.

## B. P eriodic System s

In many physical systems periodic structures rge. Classic exam ples include block-copoly. Abrikosov vortex lattices in supercondu ana oil/w ater system s containing surfactants ana m agnetic the ms . In addition m any convective instabilities such as Rayleigh-Benard convection and a M argonoll instability lead to periodic structures (although it is not alw ays possible to describe such system s using a free energy functional). To construct a free energy functional for periodic system $s$ it is im portant to $m$ ake the som ew hat trivial observation that unlike uniform system $s$, these system $s$ are $m$ in im ized by spatial structures that contain spatial gradients. This sim ple observation implies that in a lowest order gradient expancion the coe cient of $j \tilde{r} \quad 3$ in the free energy (see Eq. is negative. By itself this term would lead to in nile gradients in so that the next order term in the gradient expansion must to be included (ie., jr ${ }^{2}$ f). In addition to these two term s a bulk free energy with two wells is also needed, so that a generic free energy functional that gives rise to periodic structures can be w rilten,

$$
\begin{align*}
F & =Z d V \frac{K}{2} \tilde{\mathcal{y}} \tilde{\jmath}+\frac{a_{o}^{2}}{8^{2}} \dot{\mathfrak{r}}^{2} \tilde{\jmath}+f() \\
& =d V \frac{K}{2} r^{2}+\frac{a_{o}^{2}}{8^{2}} r^{4}+f() ; \tag{6}
\end{align*}
$$

where $K$ and $a_{\circ}$ are phenom enological constants.
Insight into the in uence of the gradient energy term $s$ can be obtained by considering a solution for of the form $=A \sin (2 x=a)$. For this particular functional
form for the free energy becom es,

$$
\begin{align*}
\frac{F}{a}= & K A^{2} \quad \frac{2}{a^{2}}+\frac{a_{0}^{2}}{a^{4}}+\quad+\frac{1}{Z}^{Z} d V f() \\
& \frac{K A^{2}}{a_{0}^{2}}+\frac{2 K A^{2}}{a_{0}^{4}}(a)^{2}+\frac{1}{a}^{Z} d V f() ; \tag{7}
\end{align*}
$$

where a a $a_{o}$.At this level of simpli cation it can be seen that the free energy per unit length is m inim ized when $a=a_{0}$, or $a_{0}$ is the equilibrium periodicity of the system. P erhaps m ore im portantly it highlights the fact the energy can be written in a Hooke's law form (i.e., $E=E_{0}+\left(\begin{array}{ll}k & )^{2}\end{array}\right)$ that is so com $m$ on in elastic phenom ena. Thus a generic feature of periodic system $s$ is that for sm all perturbation (e.g., com pressions or expansions) aw ay from the equilibrium they behave elastically. This feature of periodic system s w ill be exploited to develop $m$ odels for crystal system $s$ in the next section.

## C. Liquid/S olid sy stem s

In a liquid/solid transition the obvious eld of interest is the density eld since it is signi cantly di erent in the liquid and solid phases. M ore precisely the density is relatively hom ogeneous in the liquid phase and spatially periodic (i.e., crystalline) in the solid phase. The free energy functional can then be approxim ated as;

$$
\begin{equation*}
\left.F=Z^{Z} d x \mathbb{H}(\quad)\right]=^{Z} d x f(\quad)+\frac{\pi}{2} G\left(r^{2}\right) \tag{8}
\end{equation*}
$$

where $f$ and $G$ are to be determ ined and is the deviation of the density from the average density ( ). U nder constant volum econditions is a conserved eld, so that the dynam ics are given by;

$$
\begin{equation*}
\frac{@}{@ t}=r^{2} \frac{d F}{d}+; \tag{9}
\end{equation*}
$$

where is a Gaussian random variable w ith zero $m$ ean and two point correlation,

$$
\begin{equation*}
h(x ; t)\left(x^{0} ; t^{0}\right) i=k_{b} r^{2}\left(x x^{0}\right) \quad(t \quad t): \tag{10}
\end{equation*}
$$

To determ ine the precise functional form of the operator $G\left(r^{2}\right)$ it is usefiul to consider a sim ple liquid since
is sm all and $f$ can be expanded to low est order in i.e.,

$$
\begin{equation*}
\mathrm{f}_{\mathrm{liq}}=\mathrm{f}^{(0)}+\mathrm{f}^{(1)}(\quad)+\frac{\mathrm{f}^{(2)}}{2!}()^{2}+ \tag{11}
\end{equation*}
$$

where $f^{(i)} \quad\left(@^{i} f=@{ }^{i}\right)=0$. In this lim it Eq. takes the form

$$
\begin{equation*}
\frac{@}{@ t}=r^{2} f^{(2)}+G\left(r^{2}\right)^{i}+: \tag{12}
\end{equation*}
$$



FIG. 1: The points correspond to an experim ental liquid structure factor for ${ }^{36} \mathrm{Ar}$ at $85^{\circ} \mathrm{K}$ taken from J . Y amell, M . $\because \quad, \quad$ R .W en zeland S.K oen ig, P hys. R ev. A 72130 (1973) The line corresponds to a best $t$ to Eq.
which can be easily solved to give,

$$
\begin{align*}
\wedge(q ; t)= & \left.e^{q^{2} r_{q} t} \wedge_{(q ; 0)}^{Z( }\right) \\
& +e^{q^{2} r_{q} t} e_{0}^{q^{2} r_{q} t^{0}} \quad\left(q ; t^{0}\right) ; \tag{13}
\end{align*}
$$

where, $q$ is the w avevector, $\wedge_{q} f^{(2)}+G\left(q^{2}\right)$, $\wedge$ is the Fourier transfom of ,ie.,

$$
\begin{align*}
& \text { Z } \\
& \wedge(q ; t) \quad \text { dxe } e^{\text {iq }} \quad(x ; t)=(2)^{d}: \tag{14}
\end{align*}
$$

and $d$ is the dim ension of space. T he structure factor, $S(q ; t)$
hj ^ $\mathrm{ji}_{\mathrm{i}}$, is then;

$$
\begin{equation*}
S(q ; t)=e^{2 q^{2} r_{q}{ }^{t} S(q ; 0)+\frac{k_{b} T}{\kappa_{q}} \quad 1 \quad e^{q^{2} r_{q} t}:} \tag{15}
\end{equation*}
$$

In a liquid system the density is stable w ith respect to uctuations which implies that $\AA_{q}>0$. T he equilibrium liquid state structure factor, $S_{\text {liq }}^{e q}(q)=S(q ; 1)$, then becom es,

$$
\begin{equation*}
S_{\mathrm{liq}}^{e q}(q)=\frac{\mathrm{k}_{\mathrm{B}} \mathrm{~T}}{\mathrm{r}_{\mathrm{q}}}: \tag{16}
\end{equation*}
$$

This simple calculation indicates the phase eld $m$ ethod can $m$ odel a liquid state if the function $\hat{r}_{q}$ is replaced $w$ ith $k_{B} T=S_{\text {liq }}^{\text {eq }}(q)$, or

$$
\begin{equation*}
G(q)=k_{B} T=S_{\text {liq }}^{e q} \quad f^{(2)}: \tag{17}
\end{equation*}
$$

A typical liquid state structim factor and the corresponding $\digamma_{q}$ is shown in $F$ ig. Thus G (r ${ }^{2}$ ) can be obtained for any pure $m$ aterial through $E q$.

In the solid state the densily is unstable to the form ation of a periodic structure (i.e., to form ing a crystalline solid phase) and thus $\uparrow_{q}$ must go negative for certain values of $q$. $T$ his instability is taken into account by the tem perature dependence of $f^{(2)}$, i.e.,

$$
\begin{equation*}
\mathrm{f}^{(2)}=\mathrm{a}\left(\mathrm{~T} \quad \mathrm{~T}_{\mathrm{m}}\right): \tag{18}
\end{equation*}
$$

Thus when $\mathrm{T}>\mathrm{T}_{\mathrm{m}}, \mathrm{w}_{\mathrm{q}}$ is positive and the density is uniform. W hen $T<T_{m}, W_{q}$ is negative (for som e values ofq) and the densily is unstable to the form ation of a periodic structure. T o properly describe this state, higher order tem $s$ in must be included in the expansion of $\mathrm{f}(\quad)$, since is no longer sm all. Before discussing the properties of a speci c choige for f() it is worth pointing out som e generic elastic fertimg of such a m odel.

As illustrated in the Section a free energy that is m inim ized by a periodic structure nas elastic' properties. T he elastic constants of the system can be obtained by form ally expanding around an equilibrium state in the strain tensor. If the equilibrium state is de ned to be

- (x) and the displacem ent eld is $w$, then can be wrilten $(x)=\circ(x+w)+$, where $w i l l$ alw ays be chosen to $m$ inim ize the free energy. Expanding to low est order in the strain tensor gives,

$$
\mathrm{F}=\mathrm{F}_{\circ}+{ }^{\mathrm{Z}} \mathrm{~d} \underset{C_{i j ; k l}}{ } u_{i j} u_{k l}+
$$

where $\mathrm{C}_{\mathrm{ij} ; \mathrm{kl}}$ is the elastic constant given by,

$$
\begin{equation*}
C_{i j ; k l}=\frac{1}{2!} \frac{@^{2} H}{@ u_{i j} u_{k l} \circ}: \tag{20}
\end{equation*}
$$

In Eq. the Einstein sum m ation convection is used and $u_{i j}$ represents the usual com ponents of the strain tensor, i.e.,

$$
\begin{equation*}
u_{i j} \quad \frac{@ u_{i}}{\varrho u_{j}}+\frac{@ u_{j}}{@ u_{i}}+\frac{@ u_{1}}{@ u_{i}} \frac{\varrho u_{1}}{\varrho u_{j}}: \tag{21}
\end{equation*}
$$

and the subscript $o$ indicates that the derivative am oraluated at $=\circ$ (i.e., $\circ=u_{i j}=0$ ). W hile Eq. is som ew hat form al and di cult to use for a speci cm onel it does highlight several im portant features. Eq. show s that the elastic constants are sim ply related to the curvature of the free energy alonr aijen strain directions Perhapsmore im portantly Eq. show $S$ that $C_{i j ; k l}$ is proportional to $H$ which is a function of the equilibrium density eld $\circ$. Thus if the free energy is w ritten such that F is m inim ized by a o that is cubic, tetragonal, hexagonal, etc., then $\mathrm{C}_{\mathrm{ij} ; \mathrm{kl}} \mathrm{w}$ ill autom atically contain the symm etry requirem ents of that particular system. In other words the elastic constants will alw ays satisfy any sym $m$ etry requirem ent for a particular crystal sym $m$ etry since $C_{i j ; k l}$ is directly proportional to a function that has the correct sym $m$ etry. This also applies to the
type or kind of defects or dislocations that can occur in any particular crystalsystem, since such deform ation are determ ined by sym $m$ etry alone.

In the next section a very sim ple model of a liquid/crystal transition w ill be presented and discussed in som e detail. This m odel is constructed by providing the sim plest possible approxim ation for $f()$ that will lead to tow ards a transition from a uniform density state (i.e., a liquid) to a periodic density state (i.e., a crystal).

## II. SIM PLE PFCMODEL:BASIC PROPERTIES

In this section perhaps the sim plest possible periodic m odel of a liquid/crystal transition will be presented. Severalbasic features of th is $m$ odelw illbe approxim ated analytically in the next few subsections. This includes calculations of the phase diagram, the elastic constants and the vacancy di usion constant.

## A. M odel

In the preceding section it was show $n$ that a particular $m$ aterial can be m odeled by incorporating the two point correlation function into the free energy through Eq. It w as also argued that the basic physical features or elasticity are naturally incorporated by any free energy that ism inim ized by a spatially periodic function. In this section the sim plest possible free energy that produces periodic structures willbe exam ined in detail. This free energy can be constructed by tting the follow ing functional form for $G$,

$$
\begin{equation*}
G\left(r^{2}\right)=\left(q_{b}^{2}+r^{2}\right)^{2} ; \tag{22}
\end{equation*}
$$

to the rst order peak in an experim ental structure facA $s$ an example such a $t$ is show $n$ for argon in $F$ ig. A this levelofsim pli cation them inim alfree energy runctional is given by;

$$
\begin{equation*}
F=\mathrm{Z}_{\mathrm{Z}}^{\mathrm{Z}} \mathrm{a} \mathrm{a}+\quad q_{0}^{2}+r^{2^{2}}+u \frac{4}{4}: \tag{23}
\end{equation*}
$$

In principle other non-linear term $s$ (such as ${ }^{3}$ ) can be included in the expansion but retaining only ${ }^{4}$ sim pli es calculations. The dynam ics of are then described by the follow ing equation,

$$
\begin{equation*}
\frac{@}{@ t}=r^{2}+:=r^{2} \frac{d F}{d}+: \tag{24}
\end{equation*}
$$

For convenience it useful to rew rite the free energy in dim ensionless units, i.e.,

$$
\begin{equation*}
x=x_{0} ; \quad=\frac{r \bar{u}}{\frac{q_{b}^{4}}{q_{b}}} ; r=\frac{a T}{q_{b}^{4}} ; \quad=q_{b}^{6} t: \tag{25}
\end{equation*}
$$

In dim ensionless units the free energy becom es,

$$
\begin{equation*}
F \quad \frac{F}{F_{\circ}}=\mathrm{C}_{\mathrm{Z}} \frac{-2}{2}!\left(r^{2}\right)+\frac{2}{4} \tag{26}
\end{equation*}
$$

where $F_{0} \quad{ }^{2} q_{b}^{8}{ }^{d}=u$ and

$$
\begin{equation*}
!\left(r^{2}\right)=r+\left(1+r^{2}\right)^{2}: \tag{27}
\end{equation*}
$$

The dim ensionless equation of $m$ otion becom es,

$$
\begin{equation*}
\frac{@}{@ t}=r^{2}!\left(r^{2}\right)+3+; \tag{28}
\end{equation*}
$$

where, $h\left(x_{1} ; t_{1}\right)\left(x_{2} ; 2\right) i=D r^{2} \quad\left(x_{1}\right) \quad\left(\begin{array}{ll}1 & 2\end{array}\right)$ and D uk $\mathrm{uk}_{\mathrm{B}} \mathrm{T} \mathrm{q}_{\mathrm{d}}^{4}=2$ and describe a $m$ aterialw ith speci c elastic properties. In the next few sections the properties ofth is $m$ aterial' $w$ illbe discussed in detail. As w illbe show $n$, som e of the properties can be adjusted to $m$ atch a given experim entalsystem and others cannot be $m$ atched $w$ ithout changing the functional form of the free energy. For exam ple the periodicity (or lattice constant) can be adjusted since all lengths have been scaled with $q_{6}$. The bulk modulus can be also be easily adjusted since the free energy has been scaled with, u and $\mathrm{g}_{\mathrm{b}}$. On the other hand this free energy a triangular lattice in two dim ension To obtain a square lattice a di erent choioe of the non-linear term s m ust.bem ade. T his is them ost di cult feature to vary as there are no system atic $m$ ethods (known to the authors) for determ ining which functional form willproducew hich crystal sym $m$ etry. C ubintry can be obtained by replacing ${ }^{4}$ w ith jx $J^{4}$

In the next few subsections the properties of this free energy and som em inor extensions will be considered in one and two dim ensions. T he three dim ensional case will be discussed in a future paper.
B. One dim ension

In one dim ension the free energy described by Eq. is m inim ized by a periodic function for sm all values of - and a constant for large values. To determ ine the properties of the periodic state it is useful to $m$ ake a one $m$ ode approxim ation, i.e., A $\sin (q x)+\quad$, which is valid in the on all $r \lim$ it. Substitution of this function into Eq. gives,

$$
\begin{aligned}
\frac{\mathrm{F}^{\mathrm{p}}}{\mathrm{~L}} & =\frac{\mathrm{q}^{\mathrm{Z}}}{2=\mathrm{q}}{ }_{0}^{2} \mathrm{dx} \frac{-}{2}!\left(@_{\mathrm{x}}^{2}\right)+\frac{2}{4} \\
& =\frac{0_{0}^{2}}{2} \Gamma_{0}+\frac{3 A^{2}}{2}+\frac{0_{0}^{2}}{2}+\frac{A^{2}}{4} \Gamma_{q}+\frac{3 A^{2}}{8}:(29)
\end{aligned}
$$

where $\uparrow_{q}$ is the fourier transform $\rho f\left(r^{2}\right)$, i.e., $\uparrow_{q}=$ $r+\left(1 q^{2}\right)^{2}$. M inim izing Eq. $\quad w$ th respect to $q$ gives the selected wavevector, $\mathrm{q}=1$. M inim izing F w ith respect to A gives, $\mathrm{A}^{2}=4\left(\AA_{q}=3+{ }_{0}^{2}\right)$. This solution is only $m$ eaningfulif $A$ is real, since the density is a real eld. This im plies that periodic solutions only exist when $r<3 \stackrel{2}{\circ}$, since $r_{q}=r$. Them inim um free energy density is then;

$$
\begin{equation*}
\mathrm{F}^{\mathrm{p}}=\mathrm{L}=\mathrm{r}^{2}=6+{ }_{0}^{2}(1 \quad \mathrm{r})=2 \quad 5{ }_{0}^{4}=4: \tag{30}
\end{equation*}
$$



FIG.2: o ne dim ensional phase diagram in the one-m ode approxim ation. The solid line is the boundary separating constant (i.e., liquid) and periodic (i.e., crystal) phases. The hatched section of the plot corresponds to regions of liquid/crystal coexistence.

Equation represents the free energy density of a periodic solltion in the one mode approxim ation. To determ ine the phase diagram this energy $m$ ust be com pared to that for a constant state (i.e., the state forw hich ${ }^{c}=$ o) which is,

$$
\begin{equation*}
F^{\mathrm{C}}=\mathrm{L}=\uparrow_{0}{ }_{0}^{2}=2+{ }_{0}^{4}=4: \tag{31}
\end{equation*}
$$

To obtain the equilibrium states the $M$ axw ell equal area construction rule $m$ ust be satis ed, i.e.,

$$
\mathrm{Z}_{2}^{\mathrm{Z}} \mathrm{~d}\left[\begin{array}{ll}
(\mathrm{o}) & 0]=0 ;
\end{array}\right.
$$

where 1 is a solution of $p=o r 2$ is a solution of $c=0$ and ()$=p\left(=\quad\right.$ ) if $F_{p}<F_{c}\left(F_{p}>F_{c}\right)$ and $=@ \mathrm{~F}=@ \circ$. U sing these conditions it is straightforward to show that for $r>1=4$ a periodic state is selected for $j \circ j<\overline{p r=3}$ and a constant state is selected when $j \circ j>\quad r=3$. For $r<1=4$, there can exist a coexistence ofperiodic and constant states. If the constant and periodic states are considered to be a liquid and crystal respectively then this sim ple free energy allow s for the coexistence of a liquid and crystal, which im plies a free surface. T he entire phase diagram is shown in F ig.

It is auso relatively easy to calculate the elastic energy in the one $m$ ode approxim ation. If a $2=q$ is de ned as the one-dim ensional lattige param eter, then the $F$ can be w ritten,

$$
\begin{equation*}
\mathrm{F}^{\mathrm{p}}=\mathrm{L}=\mathrm{F}_{\mathrm{m} \text { in }}^{\mathrm{p}}=\mathrm{L}+\mathrm{K} \mathrm{u}^{2}=2+\mathrm{Ou}^{3} \tag{33}
\end{equation*}
$$

where $u \quad\left(a \quad a_{0}\right)=a_{0}$ is the strain and $K$ is the bulk m odulus and is equal to;

$$
\begin{equation*}
K=\quad{ }_{\circ}^{2}+\kappa_{q}=3 \frac{d^{2} \uparrow_{q}}{d q^{2}} \quad ; \tag{34}
\end{equation*}
$$

or for the particular dispersion relationship used here, $K=8\left(r+3{ }_{o}^{2}\right)=3$. The existence of such a H ooke's law relationships is autom atic when a periodic state is selected since $F$ alw ays increases when the wavelength deviates from the equilibrium wavelength.

## C. Two dim ensions

1. P hase D iagram

In tw o dim ensions $F$ is $m$ inim ized by three distinct solutions for . These solutions are periodic in either zero dim ensions (i.e., a constant), one dim ension (i.e., stripes) or two dim ensions (i.e., triangular distributions of drops or particles". The free energy density for the constant and stripe solutions are identical to the periodic and constant solution discussed in the preceding section. T he tw o dim ensional solution can be written in the general form,

$$
\begin{equation*}
(x)=\int_{n, m}^{X} a_{n, m} e^{i G} x_{+} \quad \text {; } \tag{35}
\end{equation*}
$$

where, $G \quad n \widetilde{V}_{1}+m \widetilde{\mathscr{O}}_{2}$ and the vectors $\widetilde{\mathscr{D}}_{1}$ and $\widetilde{O}_{2}$ are reciprocal lattice vectors. For a triangular lattioe the reciprocal lattice vectors can be w ritten,

$$
\begin{align*}
& {\widetilde{r_{1}}}_{1}=\frac{2}{a^{P} \overline{3}=2}{ }^{p} \overline{3}=2 \hat{x}+\hat{y}=2 \\
& \widetilde{J}_{2}=\frac{2}{a^{P} \overline{3}=2} \hat{y} \tag{36}
\end{align*}
$$

where $a$ is the distance betw een nearest neighbor local $m$ axim a of (which corresponds to the atom ic positions). In analogy $w^{\text {th }}$ the one-dim ensional calculations presented (see Sec. w ill be m ade to evallate the phase diagram and elastic constants. In a two dim ensional triangular system a one $m$ ode approxim ation corresponds to retaining all fourier com ponents that have the sam e length. M ore precisely the low est order harm onics consist of all ( n ; m ) pairs such that the vector $G$ has length $2=\left(a^{p} \overline{3}=2\right)$. T his set of vectors includes $(n ; m)=(1 ; 0),(0 ; 1),(1 ; 1)$ and ( $1 ; 1$ ). Furthem ore since is a real function the fourier coe cients $m$ ust satisfy the follow ing relationship, $a_{n, m}=a_{n, m}=a_{n} ; m$. In addition, by sym $m$ etry, $a_{1 ; 0}=a_{0} ; 1=a_{1 ; 1}=a_{1 ; 1}$. Taking these considerations into account it is easy to show that in the low est order harm onic expansion for a triangular solution for can be represented by;

$$
\begin{gather*}
t=A_{t} \cos (q x) \cos q y=y^{p} \bar{i} \\
\cos 2 q y={ }^{p} \bar{i}=2^{+}+\quad ; \tag{37}
\end{gather*}
$$



FIG. 3: In F ig. (a) the m in p um of the free energy is pl tat as a function of $r$ for $\circ=P-r=2$. The solid line is $E q$. and the points are from num ericalsim ulations. In $F$ ig $p$ ( $b$ ) une bulk m odulus is plotted as a function of r for $\circ=\mathrm{r}=2$. The solid line is an analytic calculation $\left(\left(q_{t} A_{t}\right)^{2}\right)$ and the points are from num erical sim ulations.
where $A_{t}$ is an unknown ganatant and $q_{t}=2=$ a. Subwhituting Eq. into Eq. $\quad$ minim izing $w$ ith respect
to $A_{t}$ and $q$ glves,

$$
\begin{align*}
& \frac{F^{t}}{S} \quad{ }_{0}^{Z} \frac{a}{2} \frac{d x}{Z=2} 0_{0}^{\frac{{ }^{p} \overline{3}}{2} a} \frac{d y}{a \overline{3}=2} \frac{-}{2}!\left(r^{2}\right)+\frac{4}{4} \\
& =\frac{1}{10} r^{2}+\frac{13}{50} \stackrel{4}{\circ}+\frac{2}{2} 1+\frac{7}{25} r \\
& +\frac{4}{25}^{\mathrm{p}} \frac{}{15 r} 36{ }_{\circ}^{2} \frac{4{ }_{\mathrm{o}}^{2}}{5}+\frac{r}{3} \text {; } \tag{38}
\end{align*}
$$

where,

$$
\begin{equation*}
A_{t}=\frac{4}{5} \quad \circ+\frac{1}{3} P-15 r \quad 36 \tag{39}
\end{equation*}
$$

$q_{\#}=P_{3}=2$, and $S$ is a unit area. The accuracy of this one m ode approxim ation $w$ as tested by com parison $w$ ith a direct num erical calculation for a mnqe of r's, using $M$ ethod I'as described in A ppendix The tim e step ( $t$ ) and grid size ( $x$ ) w ere $0: 0075$ and $=4$ respectively ${ }^{-1}$ a periodic grid ofa m axim um size of 512 x 512 x was used. A com parison ofthe analytic and num ericalsolutions are shown in $F i g$. for a variety of values ofr ( o was set to be $\frac{r}{r}=2$ ). I he approxim ate solution is quite close to the num erical one and becom es exact in the lim it r ! 0. T he analytic results can in principle be system atically im proved by including $m$ ore harm onics in the expansion.


FIG.4: Two dim ensionalphase diagram as calculated in one $m$ ode approxim ation. $H$ atched areas in the gure correspond to coexistence regions. T he sm all region enclosed by a dachod box is superim posed on the argon phase diagram in Fig. In this $m$ anner the param eter of the free energy functional can be chosen to reproduce certain the relevant aspect of a liquid/crystal phase transition.

To determ ine the phase diagram in tw o dim onsions the free energy of the triangular state (ie., Eq. com namd $w$ ith the free energy of a stripon crate (i.e., Eq. and a constant state (i.e., Eq. - In addition since is a conserved eld $M$ axw ells equal area construction m ust be used to determ ine the coexistence regions. The phase diarram arising from these calculations is show n in F ig. While this gure does not look like a typical liquid/solnd phase diagram in the densitytem perature plane it can be superim posed onto a portion of an experim ental phase diagram. As an exam ple the P FC phase diagram is superim posed onto the argon phase diagram in Fig .

## 2. E lastic E nergy

The elastic properties of the two dim ensional triangular state can be obtained by considering the energy costs for deform ing the equilibrium state. The free energy density associated with bulk, shear and deviatoric deform ations me calculated by considering modi ed form s of Eq. ie., $t(x=(1+) ; y=(1+))$ (bulk), $t(x+y ; y)$ (snear) and $t(x(1+) ; y(1 \quad)$ (deviatoric). In such calculations represents the dim ensionless defor$m$ ation, $q_{ \pm}=\overline{3}=2$ and $A_{t}$ is obtained by $m$ inim izing $F$.


F IG . 5: The phase diagram of argon. The hatched regions correspond to the coexistence regions. T he points are from the PFC model. phase eld model.

The results of these calculations are given below ;

$$
\begin{align*}
\mathrm{F}_{\text {bulk }}=\mathrm{A} & =\mathrm{F}_{\mathrm{m} \text { in }}^{\mathrm{t}}+2+ \\
\mathrm{F}_{\text {shear }}=\mathrm{A} & =\mathrm{F}_{\mathrm{m} \text { in }}^{\mathrm{t}}+=82^{2}+ \\
\mathrm{F}_{\text {deviatoric }}=\mathrm{A} & =\mathrm{F}_{\mathrm{m} \text { in }}^{\mathrm{t}}+=2^{2}+ \tag{40}
\end{align*}
$$

where

$$
\begin{equation*}
=43 \circ_{0}+\frac{\mathrm{P}}{15 r \quad 36{ }_{\circ}^{2}}{ }^{2}=75: \tag{41}
\end{equation*}
$$

These results can be used to determ ine the elas stantsby noting that for a tw o dim ensionalsystem

$$
\begin{align*}
\mathrm{F}_{\text {bulk }} & =\mathrm{F}_{\mathrm{m} \text { in }}^{\mathrm{t}}+\left[\mathrm{C}_{11}+\mathrm{C}_{12}\right]^{2}+ \\
\mathrm{F}_{\text {shear }} & =\mathrm{F}_{\mathrm{m} \text { in }}^{\mathrm{t}}+\left[\mathrm{C}_{44}=2\right]^{2}+ \\
\mathrm{F}_{\text {deviatoric }} & =\mathrm{F}_{\mathrm{m} \text { in }}^{\mathrm{t}}+\left[\begin{array}{ll}
\mathrm{C}_{11} & \left.\mathrm{C}_{12}\right]^{2}+
\end{array}\right. \tag{42}
\end{align*}
$$

The elastic constants are then

$$
\begin{equation*}
\mathrm{C}_{11}=3=\mathrm{C}_{12}=\mathrm{C}_{44}==4 \tag{43}
\end{equation*}
$$

$T$ hese results are consistent $w$ ith the sym $m$ etries of a tw o dim ensionaltriangular system, i.e., $\mathrm{C}_{11}=\mathrm{C}_{12}+2 \mathrm{C}_{44}$. In tw o dim ensions this im plies a bulk $m$ oduhus of $B==2$, a shearm odules of $=4$, a P oisson's ratio of $=1=3$, and $a \operatorname{tw} \circ$ dim ensional (i.e., $Y_{2}=4 B=(B+)$ ) Young's $m$ odulus of $Y_{2}=2=3$. N um erical sim ulations were conducted (using the param eters and num erical technique discussed in the previous section) to test the validity of these approxim ations for the bulk $m$ odulus. The results, shown in Fig. indicate that the approxim ation is quite good in the smallr lim it.

These calculations highlight the strengths and lim itations of the sim plistic $m$ odel described by Eq. On the positive side the $m$ odelcontains all the expected elastic properties ( $w$ ith the correct sym $m$ etries) and the elastic constants can be approxim ated analytically w thin a one m ode analysis. O ne the negative side, the $m$ odel as w ritten, can only describe a system where $\mathrm{C}_{11}=3 \mathrm{C}_{12}$. $T$ hus param eters in the free energy can be chosen to produce any $C_{11}$, but $C_{12}$ cannot be varied independently. To obtain more exibility a term ${ }^{3}$ could be added to the free energy.

## 3. D ynam ics

The mlatively sim ple dynam ical equation for (i.e., Eq. phenomena depending on the initial conditions and boundary conditions. To ilhustrate this versatility it is useful to consider the grow th a crystalline phase from a supercooled liquid, since this phenom ena sim ultaneously involves the $m$ otion of liquid/crystal interfaces and grain boundaries separating crystals of different orientations. Num erical sim ulations were condrotod using the $M$ ethod I' as described in Appendix The param eters for these sim ulations were,
 a system of size $512 \times 512 \mathrm{x}$ w ith periodic boundary conditions. The initial condition consisted of large random gaussian uctuations (amplitude 0.1) covering ( $10 \times 10$ ) grid points in thme locations in the sim ulation cell. A s shown in Fig. the initial state evolves into three crystallites each winh a di erent orientation and a well de ned liquid/crystal interface. T he excess enomy of the liquid/crystal interfaces is high lighted in Fig. where the local free energy density is plotted.

A s tim e evolves the crystallites im pince and form grain boundaries. As can be seen in $F$ ig. the nature of the grain boundary betw een grains (1) and (3) is significantly di erent from the boundary betw een grains (2) and grain (1) (or (3)). T he reason is that the orientation ofgrains (1) and (3) is quite close but signi cantly di erent from (2). The low angle grain boundary consists of dislocations separated by large distances, while the high angle grain boundary consists of $m$ any dislocations piled together. A m ore detailed discracion ff the grain boundaries will be given in Section Even this sm all sam ple sim ulation illustrates the exibility and pow er of the PFC technique. This sim ulation incorporates, the heterogeneous nucleation of crystallites, crystallites w ith triangular sym $m$ etry and elastic constants, crystallites of $m$ ulti orientations, the $m$ otion of liquid/crystal interfaces and the creation and $m$ otion of grain boundaries. W hile all these features are incorporated in standard m icroscopic sim ulations (e.g., m oleculardynam ics) the tim e scales of these sim ulations are m uch longer than could be achieved using $m$ icroscopic $m$ odels.

O ne fundam ental tim e scale in the PFC m odel is the


FIG. 6: H eterogeneous nucleation of a three crystallites in a supercooled liquid. T he grey scale in a) , b) and c) corresponds to the density eld, and in d), e) and f) to the sm oothed local free energy. The con gurations are taken at tim es $t=$ 300;525 and 3975 for $a)+$ d), b) + e) and c) + f) respectively. ( N ote only a portion of the simulation is show $n$ here)
di usion tim e. To envision mass di usion in the PFC m odel it conven ient to consider a perfect equilibrium ( ${ }^{\mathrm{t}}$ ) con guration $w$ ith one particle ' $m$ issing. At the atom ic level this would correspond to a vacancy in the lattice. Phonon vibrations would occasionally cause neighboring atom $s$ to hop into the vacancy and eventually the vacancy would di use throughout the lattice. In the PFC model the time scales associated $w$ th lattice vibrations are e ectively integrated out and all that is left is long time mass di usion. In this instance the density at the $m$ issing spot $w$ ill gradually increase as the density at neighboring sites slow ly decreases. N um-orical sim ulations of this procace $3 m$, shown in Fig. using $M$ ethod I (see App. w th the param $\mathrm{e}^{-}$ ters ( $\mathrm{r} ; \mathrm{\circ} ; \mathrm{D} ; \mathrm{x} ; \mathrm{t}$ ) $=(1=4 ; 1=4 ; 0 ;=4 ; 0: 0075$ ). To highlight di usion of the vacancy, the di erence betw een
$(x ; t)$ and a perfect equilibrium state $\left({ }^{t}\right)$ is plotted in this F ig

The di usion constant in this system can be obtained by a simple linear stability analysis, or B loch $F$ loquet analysis, around an equilibrium state. To begin the analysis the equation ofm otion for is linearized around $t$ i.e., $={ }^{t}(x)+(x ; t)$. To rst order in


FIG.7: Vacancy di usion tim es. In this gure the grey scale is proportional to the $(x ; t)$ eq. The tim es shown are $a$ ) $t=0, b) t=50, c) t=100$ and $d) t=150$.
becom es,

$$
\begin{equation*}
\frac{@}{@ t}=r^{2} \quad!+3 \quad{ }_{\circ}^{2}+2 \circ t+{\underset{t}{2}}_{2} \tag{44}
\end{equation*}
$$

where $t=t$ o (see Eq. . The perturbation, , is then expanded as follow S ,

$$
\left.={ }_{n ; m}^{X} b_{n ; m} \text { (t) } e^{i q_{t}(n x+(n+2 m) y=}=^{p} \overline{3}\right)+i \varnothing \quad{ }_{:}^{\Re}:
$$


where, $\uparrow \quad r+\left(1 \quad k_{i ; j}^{2}\right)^{2}$ and $k_{i ; j}^{2} \quad\left(i_{t}+Q\right)^{2}+q_{t}^{2}(i+$ $2 j)^{2}=3$.

To solve Eq.
 a nite number of modes are chosen and the elgenvalues are determ ined. U sing the modes corresponding to the reciprocal lattioe vectors in the one $m$ ode approxim ation $((m ; n)=$ $(1 ; 0) ;(0 ; 1) ;(1 ; 1) ;(1 ; 1)$ and the $(0 ; 0) \mathrm{m}$ ode gives four eigenvectors that are alw ays negative and thus irrelevant and three eigenvalues that have the form $\mathrm{DQ}^{2}$. The sm allest $D$ arises from $\mathrm{b}_{0} ; \mathrm{m}$ ode and can be determ ined analytically if only this mode is used (the other eigenvalues correspond to $D$ 3;9). Since this is the sm allest D it determ ines the di usion constant in the lattice. T he solution is

$$
\begin{equation*}
D=3^{2}+r+1+9 A_{t}^{2}=8: \tag{47}
\end{equation*}
$$



FIG. 8: Vacancy di usion. In this gure the average of the standard deviation in the x and y directions is plotted as a function of time.

T he accuracy ofe q. w as tested by num erically m easurincthe di usion constant for the sim ulations shown in Fig. In this calculation the envelope of pro le of was to a gaussian (Ae $\mathrm{r}^{2}=2^{2}$ ) and the standard deviation ( ) was m easured. The di usion constant can be obtained by noting that the solution of a di usion equation (i.e., $@ C=@ t=D r^{2} C$ ) is $C / e^{r^{2}=4 D t, i . e ., ~}$ ${ }^{2}=\mathrm{D} t=2$. In F ig. $\quad 2$ is plotted as a function of tim e and the slope of this curve gives $n \quad 1: 22$. This is quite close the value predicted by Eq. $\quad$ which is $1: 25$.

## III. SIM PLE PECMODEL:APPLICATIONS

In this section several application of the P FC m odel will be considerod that highlight the exibility of the m odel. In Sec. the energy of a grain boundary separating two grains of di erent orientation is considered. $T$ sults are com pared $w$ ith the $R$ ead-Shockley equatio: and show $n$ to agree quite $w$ ell for $s m$ all orientationa $\perp \mathrm{m}$ ism atch. T his calculation, in part, provides evidence that the interaction betw een dislocations is correctly captured by the P FC m odel, since the grain boundary energy contains a term that is due to tho 0 lastic eld set up by a line of dislocations. In Sec. the technologically im portant process of liquid pnase epitaxial grow th is considered. N um erical sim ulations are conducted as a function ofm ism atch strain and show how the m odelnaturally produces the bunline instability and nucleation ofdislocations. In Sec. the yield strength of poly- (nano-) crystalline $m$ atemals is exam ined. This is a phenom ena that requires $m$ any of the features of the


FIG.9: Schem atic of a grain boundary.

PFC m odel (i.e., multi orientations, elastic and plastic deform ations, grain boundaries) that are di cult to incorporate in standard uniform phase eld models. The yield strength is exam ined as a function ofgrain size and the reverse $H$ allP etch e ect is observed. Finally som e very mmlim inary num erical sim ulations are presented in Sec. to dem onstrate the versatility of the technique. Inis section includes sim ulations of grain grow th, crack propagation and reconstructive phase transitions.
A. G rain B oundary Energy

The free energy density of a boundary betw een two grains that di er in orientation is largely controlled by geom etry. In a nite size two-dim ensional system the param eters that controlthis energy are the orientational $m$ iom atch, and an o set distance, as shown in Fig . For sm all , controls the num ber of dislocations per unit length and controls the average core energy. For an in nite grain boundary becom es irrelevant, unless the distance betw een dislocation is an integer num ber of lattioe constants (and the integer is relatively small). $N$ evertheless it is straightforw ard to determ ine a lower bound on the grain boundary energy in the small lim it, by directly relating the dislocation density to and assum ing that the dislocation cores can always nd the $m$ inim um energy location. T he later assum ption restricts the calculation to providing a low er bound on the grain boundary energy.

Forsm all , Read and Shockley were able to derive an expression for the grain bounaary energy, assum ing the dislocation core energy w as a constant independent of geom etry. In two dim ensions the energy/length of the
grain boundary is

$$
\begin{equation*}
\frac{F}{L}=E_{\text {core }}+\frac{b^{2} Y_{2}}{8 d} \quad 1 \quad \ln \frac{2 a}{d}: \tag{48}
\end{equation*}
$$

$w$ here $b$ is the $m$ agnitude of the B urger's vector, $a$ is the size of the dislocation core, $d$ is the distance between dislocations, $Y_{2}$ is the tw o dim ensional $Y$ oung's $m$ odulus and $\mathrm{E}_{\text {core }}$ is the energy/length of the dislocation core. To estim ate the minim core energy it is convenient to assu the core energy is proportional to the size of the cor i.e., $\mathrm{E}_{\text {core }}=\mathrm{Ba}^{2}$, where B is an unknown constant. I he total energy/length then becom es

$$
\begin{equation*}
\frac{F}{L}=B a^{2}+\frac{b^{2} Y_{2}}{8 d} \quad 1 \quad \ln \frac{2 a}{d} \quad: \tag{49}
\end{equation*}
$$

To obtain a low er bound on $\mathrm{F}=\mathrm{L}$ the unknown param eter $B$ is chosen to $m$ inim ize $F=L$, i.e., $B$ is chosen to satisfy, $d(F=L)=d a=0$, which gives $B a^{2}=b^{2} Y_{2}=16 d . T$ hus the free energy per unit length is,

$$
\begin{equation*}
\frac{\mathrm{F}}{\mathrm{~L}}=\frac{\mathrm{b}^{2} Y_{2}}{8 \mathrm{~d}} \quad \frac{3}{2} \quad \ln \frac{2 \mathrm{a}}{\mathrm{~d}}: \tag{50}
\end{equation*}
$$

Furtherm ore, from purely geom etricalconsiderations, the distance betw een dislocations is $d=a=\tan (1)$, where is the orientationalm iom-atch. Finally in the sm all angle lim it (tan ( ) ) Eq reduces to,

$$
\begin{equation*}
\frac{\mathrm{F}}{\mathrm{~L}}=\frac{\mathrm{bY}}{2} 8 \quad \frac{3}{2} \quad \ln (2 \quad) \tag{51}
\end{equation*}
$$

where the dislocation core size b w as assum ed to be equal to the lattioe constant a.

To exam ine the validity of Eq. the grain boundary energy was measured as a iunction of anab. In these sim ulations num ericalM ethod I (see A pp. was used with the param eter set ( r ; o;D ; x ; L ) $=$ ( $4=15 ; 1=5 ; 0 ;=4 ; 0: 01$ ). The initial condition w as constructed as follows. On a periodic crid of size $L_{x} \quad L_{y}$, a triangular solution (i.e., Eq. for was constructed in one orientation betw een $U<x<L_{x}=4$ and $3 \mathrm{~L}_{\mathrm{x}}=4<\mathrm{x}<\mathrm{L}_{\mathrm{x}}$. In the center of the sim ulation (i.e., $\mathrm{L}_{\mathrm{x}}=4<\mathrm{x}<3 \mathrm{~L}_{\mathrm{x}}=4$ ) a triangular solution of a di erent orientation was constructed. A sm all slab of supercooled liquid was placed betw een the two crystals so as not to in uence the nature of the grain boundary that em erged. The system s were then evolved for a tim e of $t=10 ; 000$, after which the grain boundary energy was $m$ easured. Small portions of sam ple con gurations are shown in $F$ ig. for $=5: 8^{\circ}$ and $=342^{\circ}$ (the grain boundary energy is sym $m$ etric around $30^{\circ}$ ). A s expected the $R$ ead-Shockley description of grain boundary is consistentw ith the sm allangle con guration. In contrast the large angle grain boundary ism uch $m$ ore com plicated and harder to identify individual dislocations.
Thom easured cmin boundary energy icoom pared $w$ ith
Eq. in $F$ ig. A s expected Eq . provides an


FIG.10: In this gure the grey scale corresponds to the magnitude of the eld for a grain boundarym ism atch of $=5: 8^{\circ}$ and $=342^{\circ}$ in gures a) and b) respectively. In Fig. a) squares have been placed at defect sites.


FIG.11: In this gure the grain boundary energy is plotted as a function ofm ism atch orientation. T he points correspond to num erical sim ulationc of the P FC m odel and the solid line corresponds to Eq.
adequate description for $s m$ all angles but not for large angles. The Read-Shockley equation does $t$ the $m$ easured result for all reasonably well if coe cients that enter the e are adjusted, as has been chonved in experim ent This $t$ is show $n$ in $F$ ig.
$T$ he situation is obviously $m$ ore com plicated in three


FIG.12: In this gure the grain boundary $\quad$ y of $\quad$ FC model. n pared $w$ ith experim ents on Ti Lea $\quad$ and
Coppe
dim ension since another degree of freedom exists. This degree of freedom can be visualized bv considering taking one of the crystals shown in F ig. and rotating it out of the page. T he extra degree OI free can lead to interesting phenom ena, such as coincident site lattices that signi cantly alter the grain boundary energy. T he PFC m odel should provide an excellent tool for studying such phenom ena since it is purely a geom etrical e ect that is naturally incorporated in the PFC approach.

B . Liquid P hase Epitaxial G row th

Liquid phase epitaxial grow th is a com m on industrial $m$ ethod used to grow thin $\mathrm{m} s$ that are coherent $w$ ith a substrate. The properties of such m s depend on the structuralintegrity of the m . Unfortunately at defectfree heteroepitaxial lm s of appreciable thickness are often di cult to grow due to m onphologicalinstabilities induced by the anisotropic strain arising from them ism atch between lm and substrate lattioe constants. C onsequently, there has been a trem endous am ount of scienti c e ort devoted to understandi

I he stabumy and resulting stnucturalpropertaes oteprtaxial Im s are often com prom ised by at least two distinct processes which reduce the anisotropic strain. In one process, $s m$ all m ounds or ridges form as the surface buckles or corrugates to reduce the overall strain in the lm . This instability to buckling can be predicted by considering the linear stability of an -...-ptropically strained lm as done by A saro and $T$ iller
and G rin-


F IG . 13: Epitaxial grow th. Figures a), b), c) and d) correspond to tim es $t=150,300,450$ and 600 respectively. The grey-scale is proportional to the local density (i.e., ) in the Im and the liquid. T he substrate is highlighted by a darker grey background. To highlight nucleated dislocations, sm all white dots were placed on atom s near the two dislocation cores that appear in this con guration.
fell The in itial length scale of the buckling is deter$m$ inea oy a com petition betw een the reduction in overall elastic energy which prefers $m$ ounds and surface tension and gravity both of which favor a at interface. A nother $m$ echanism that reduces strain is the nucleation ofm is $t$ dislocations which can occur w hen the energy of a dislocation loop is com parable w ith the elast .....ergy of the straine $B$ lakeslee and $m$ any others have usea various argu$m$ ents to provide an expression for the critical height at which a at epitaxially grown $\mathrm{lm} w$ ill nucleate m is t dislocations.

The two m echanism s are often considered separately but it is clear that surface buckling can strongly in $u-$ ence the nucleation of $m$ is $t$ dislocations. Typically, as the $1 m$ begins to grow, it will deform coherently by the A saro-T iller-G rinfeld instability. T his leads initially to a roughly sinusoidal $l m$ thickness $w$ ith a periodicity close to the $m$ ost unstable $m$ ode in a linear analysis. As tim e increases, the sinusoidal pattem grows in am plitud ........................... vature $\quad w$ ith a periodicity sim ilar to that of th occur Eventually, the stress at the cusps becom e too large and a periodic array ofm is t dislocations appear which reduces the roughness of the lm . These dislocations eventually climb to the $\mathrm{lm} /$ substrate interface.

The punpose of this section is to illustrate how the

PFC m ethod can be exploited to exam ine surface buckling and dislocation nucleation in liquid phase epitaxial grow th. M odeling this process requires a slight modi cation of the $m$ odel to incorporate a substrate that has a di erent lattice constant than the grow ing m . This can ho-accom plished by changing the operator! given in Eq.

$$
\begin{equation*}
!=r+\left(q^{2}+r^{2}\right)^{2} \tag{52}
\end{equation*}
$$

where the param eter $q$ controls the lattice constant of the grow ing $m$ and is set to one in the substrate. To incorporate a constant mass ux the eld was xed to be, at a constant distance ( $L=100 \mathrm{x}$ ) above the lm.
N um erical cim 117ations were conducted using M ethod $I$ (see A pp. for the param eters ( $r$; $\quad$; $x ; t$ ) = ( $1=4 ; 282 ;: / 85 ; 0: 0075$ ). The width of the $1 m$ grown was $L_{x}=8192 \mathrm{x}$, corresponding to a width of roughly 900 particles. The initial condition was such that eight layers of substrate atom $s$ resided at the bottom of the sim ulation cellw ith a supercooled ( $r=1=4, \quad=: 282$ ) liquid ahore it. A sm all portion of a sim ulation is shown in $F$ ig. for $q=0: 93$. A s can be seen in this gure, and in $\mathrm{F}^{19}$. the m in itially grow $s$ in a uniform fashion before becom ing unstable to a buckling or $m$ ounding instability. The $l m$ then nucleates dislocations in the valleys where the stress is the largest. A fter the dislocations nucleate the liquid/ m interface grows in a m ore regular fashion. To highlight the hcalelastic energy, the free energy is plotted in $F$ ig. As can be seen in this gure, elastic energy builds up in the valleys during the buckling instability and is released when dislocations appear. The behavior of the liquid/ m interface was m onitored by calculating the average interfico height and width. B oth quantities are plotted in $F$ ig.

The data shown in this gure is representative of all sm ulations conducted at di erent $m$ ism atch strains, but the precise details varied from run to run. In all cases the w idth initially uctuates around $a=2$ (where $a$ is the thickness of a lm layer) during the step by step 'grow th. The average width then increases during buckling and decreases when dislocations nucleate. $W$ hile these quantities are di cult to $m$ easure in situ there is experim ent-1-o-idence for this behavior in SiG e/Si heterostructures

Assigning a value to the critical height, $\mathrm{H}_{\mathrm{c}}$ at which dislocations nucleate is very sub jective. T ypically a rst w ave of dislocations is nucleated at a density that is determ ined by the buckling instability. Since this is not the correct density to reduce the strain to zero a subsequent buckling and dislocation occurs above the rst wave. To com plicate $m$ anners the nucleated dislocations clim $b$ towards the substrate/ lm interface. To ilhustrate these points the dynam ics of a sam ple distribution of defects is shown as function of height in F ig. As can be seen in this gure the rst wave of dislocations appears roughly betw een a m height of cix and thirteen layers. $C$ om parison of $F$ igs. evolves the overall distrioution of dislocation clim bs to-


FIG. 14: Epitaxial grow th. Figures a), b), c), d) and e) correspond to tim es $=150,300,450,600$ and 750 respectively. The grey-scale is proportional to the free energy density. To highlight the excess strain energy in the 1 m the grey scale near the defect w as saturated. T he region enclosed br-dnohed lines corresponds to the con guration shown in F ig.


FIG. 15: Epitaxial grow th. In $F$ igs. a) and b) the average lm /liquid interface height and width is show $n$ as a function of time. B oth the width and height have been scaled by a $=2$, which is the onem ode approxim ation for the distance betw een layers in the appropriate direction


FIG.16: Epitaxial grow th. In this gure a histogram of the num ber of defects is shown as a function of height above the substrate. Figs. a), b), c) and d) correspond to $t=$ $300 ; 450 ; 600$ and 1000 .
ward the surface. To obtain an operational de nition of $\mathrm{H}_{\mathrm{c}}$, the average height, $\mathrm{H}(\mathrm{t})$ of the rst wave of dislocationswasm on itored as a function oftim e. Typically $H$ ( $($ ) is a $m$ axim um when alldislocations in the rst wave have appeared and then decreases as the dislocation clim b to the substrate/ $m$ interface. $\mathrm{H}_{\mathrm{c}}$ was de ned as the m axim um value of $H$ ( $t$ ).

T he critical height, as de ned in the preceding paragraph, w as calculated as a function of $m$ ism atch strain,
$=\left(a_{\text {film }} \quad a_{\text {substrate }}\right)=a_{\text {substrate }}$. The equilibrium lattice constant in the $m a_{f \text { ilm }} w$ as obtained by assum ing it w as directly proportionalto $1=q$ (note, in the onem ode approxim ation, $\left.\left.a=2=\left({ }^{( }\right) q=2\right)\right)$ and determ ining the constant of proportionality by interpolating to where the critical height diverges. T he num erical data was com pared w th th fenctional form proposed by $M$ atthew $s$ and B lakeslee , ie.,

$$
\begin{equation*}
\mathrm{H}_{\mathrm{c}} / \stackrel{1}{-} 1+\log _{10} \frac{\mathrm{H}_{\mathrm{c}}}{\mathrm{a}} ; \tag{53}
\end{equation*}
$$

in F ig. This com parison indicates that the data is consistent $w$ ith a linear relationship between and $\left[1+\log \left(H_{c}=\mathrm{a}\right)\right]=\left(\mathrm{H}_{\mathrm{c}}=\mathrm{a}\right)$, where the constant of proportionality depends on whether a com pressive or tensile load is applied to the substrate.

## C. M aterial H ardness

It is well know $n$ that $m$ echanical properties ofm aterials depend crucially on them icrostructure and grain size.


FIG.17: Epitaxialgrow th. In this gure the $\mathrm{H}_{\mathrm{c}}$ is the critical height as de ned in the text and is the $m$ ism atch strain betw een the $I m$ and substrate.

For exam ple, H all and $P$ etch
calculated that for large grain sizes, the yield strength of a $m$ aterial is inversely proportional to the square of the average grain radius. $T$ his result is due to the pileup of dislocations at grain boundaries and la any materi-
 Cu and Po $\quad$ How ever, for very sm all grain sizes the $H$ all-P etch relationship $m$ ust break dow $n$, since the yield strength cannot diverge. Experim entally it is found that $m$ aterials "soften" at very sm all grain sizes, such that the yield strength begins to decrease w hen the grain sizes becom e of the order of tens of nanom eters. This inverse' ${ }^{[1-1}$ - Petch behavinn been observed in in NiP alloys and molecular dynam ics experim ents D eterm ining the precise the crossover length scale ana $m$ echan ism s ofm aterialbreakdow $n$ has becom e increasingly im portant in technological processes as interest in nano-crystalline $m$ aterials (and nano-technology in general) increases.

The purpose of this section is to dem onstrate how the PFC approach can be used to study the in uence of grain size on $m$ aterial strength. In these sim ulations a poly-crystalline sam nlow-s created by heterogenous nucleation (see Sec. for details) in a system with periodic boundary condilions in both the $x$ and $y$ directions. A sm all coexisting liquid boundary of $w$ idth 200 x was included on either side of the sam ple. To apply a strain the particles near the liquid/crystalboundary (i.e., w ithin a distance of16 x) were pulled 'by coupling these particles to a moving eld that xed the particle positions. Initially the system wasequilibrated for a total tim e of 4000 ( 2000 before the eld w as applied and 2000 after). A $n$ increasing strain was $m$ odeled by $m$ oving the


FIG.18: In this gure the grey scale corresponds to the local energy density before a strain is applied. The dark black regions on the left and right of the gure are the regions that are coupled to the extemal eld.
eld every so m any tim e steps in such a m anner that the size of the polycrystalincreased by 2 x . To facilitate relaxation, was extrapolated to the new size after every $m$ ovem ent of the extemal eld. The param eters of the sim ulations to follow were ( r ; sol; liq; $\mathrm{L}_{\mathrm{x}} ; \mathrm{L}_{\mathrm{y}} ; \mathrm{x} ; \mathrm{t}$ ) $=$ ( $0: 3 ; 0: 312 ; 2048 x ; 2048 x ; 0: 377 ; 0: 79 ; 0: 05)$ and the nonin-spectral num erical m ethod described in App. w as used.
A sample initial con guration is shown in Fig . This particular sam ple contains approxim ately 100 grains $w$ ith an average grain radius of 35 particles. A s can be seen in this gure there exists a large variety (i.e., distribution of $m$ ism atch orientations) of grain boundaries as would exist in a realistic poly-crystalline sam ple. T he sam e con guration is shown affer ithacbeen stretched in the $x$ direction in F igs. and corresponding to strains of $1: 9 \%$ and $7: 8 \%$ respectively.

A s the poly-crystalline sam ple is pulled the total free energy was m onitored and used to calculate the stress, i.e., stress $d^{2} F=d^{2}$, where is the relative change in the width of the crystal. Stress-strain curves are shown in Fig . as a function of grain size and strain rate. In all cases the stress is initially a linear of function of strain until plastic deform ation occurs and tho slope of the stress-strain curve decreases. In F ig. the inuence of strain rate ic oxam ined for the inltal con $g$ uration shown in Fig . It is clear from this gure that strain rate plays an strong role in determ ining the $m$ axim um stress that a sam ple can reach, $0^{11}$ yield stress, as has been observed in experim ents

The yield strength increases as the strain rate increases as would be expected.


FIG. 19: This gure is the same as Fig.
 strain of $1: 9 \%$.


FIG. 20: This gure is the same as $F$ ig.
 strain of 7:8\%.

T he in uence ofgrain size on the stress-strain relationship is shown in Fig . for four grain sizes. $T$ he initial slope of the stress-strain curve (which w illbe denoted $Y_{0}$ in what follow s) increases w ith increasing grain size as does the $m$ axim um stress, or yield stress, sustained by the sam ple. T he yield strength and elastic moduli ( $\mathrm{Y}_{0}$ ) am plottod ac a fiunction of inverse grain size in F igs. and respectively for several strain rates. For each strain rate the yield stress is seen to be inversely proportional to the square root of the average grain size,


FIG . 21: In Fig. a) the stress is plotted as a function of strain for a system with an average grain radius of 35 particles. The solid lines from top to bottom in a) correspond to strain rates of $24 \quad 10^{6}, 12 \quad 10^{6}$ and $6 \quad 10^{6}$ respectively. In F ig. b) the solid lines from top to bottom corresp ond to system s w ith average grain sizes of $70,50,35$ and 18 particles respectively. In both a) and b) the dashed line corresponds to a unit slope.
how ever the constant of proportionality decreases with decreasing strain rate. Thus the P FC approach is able to reproduce the inverse $H$ all-P etch e ect or the softening of nano-crystalline $m$ aterials.

It would be interesting to observe the cross-over to the nom al H all-P etch e ect where the yield stress decreases with increasing grain size. H ow ever, it is im portant to note that the initial conditions in these sim ulations was set up to explicitly rem ove the H all-P etch $m$ echanism, i.e., each nano-crystal was defect free. In addition therm al uctuations were not included in the sim ulations. $N$ evertheless it is unclear whether or not a crossoverm ay occur, due to the fact that low angle grain boundaries $m$ ay act as sources of $m$ ovable dislocations. Further study of this interesting phenom ena for larger grain sizes would be of great interest.

> D. O ther Phenom ena
$T$ here are $m$ any phenom ena that the PFC $m$ ethod can be used to explore. To illustrate this a few sm all sim ulations w ere conducted to exam ine a num ber of interesting phenom ena of current interest. In the next few sections som e prelim inary results are show $n$ for grain grow th, crack propagation and reconstructive phase transitions.


FIG.22: In this gure the yield stress is plotted as function of average grain radius. T he solid, em pty and starred points correspond to strain rates of of $24 \quad 10^{6}, 12 \quad 10^{6}$ and $610^{6}$ respectively. The dashed lines are guides to the eye.


FIG. 23: The elastic m oduli $Y_{0}$ (see text) is plotted as a function grain radius in this gure. The solid, em pty and starred points correspond to strain rates of of $24 \quad 10^{6}, 12$ $10^{6}$ and $610^{6}$ respectively.

## 1. G rain $G$ row th

W hen a liquid is supercooled just below the m elting tem perature sm all crystallites can nucleate hom ogeneously or heterogeneously. The crystallites will grow and im pinge on neighboring crystallites form ing grain
boundaries. D epending on the tem perature and average concentration the nalstate (i.e., in the in nite time lim it) $m$ ay be a single crystal or a coexistence of liquid and crystal phase since there exists a $m$ iscibility gap in density for som e regions of the phase diagram s. For deep tem peratures quenches the liquid is unstable to the form ation of a solid phase and initially an am orphous sam ple is created very rapidly which will evolve into a poly-crystalline sam ple and eventually become a single crystal (in the in nite time lim it). All these phenom ena can be studied w ith the sim ple PFC m odel considered in this paper.

In this section the PFC m odel is used to exam ine the heterogenous nucleation of a poly-crystalline sam ple from a supercooled liquid state. A sim ulation containing fy in itial seeds (or nucleation sites) was conducted. Tho initial seeds w ere identicalto those described in Sec. as were all other relevant param eters. T he results of the cim nlation cam show $n$ in $F$ ig. C om parison of $F$ igs. and show $s$ that there is a w ide distribution of grain boundames each with a di erent density ofdislocations (which appear asblack dots in the gure). C om parison of with later con gurations indicates that the low angle grain boundaries disappearm uch $m$ ore rapidly than the large angle ones. T he sim ple reason is that it is easy for one or tw o dislocations to glide in such a m anner as to reduce the overallenergy (this is usually accom panied w ith som e grain rotation). The sim ulation was run for up to a tim ef $t=50 ; 000$ (or approxim ately 1,200 di usion tim es) and contained approxím ately 15,000 particles. The sim ulation took roughly 70 hours of qpu on a single alpha chip processor (xp1000).

## 2. C rack P ropagation

The PFC m odel can be used to study the propagation of a crack in ductile (but not brittle) $m$ aterial. To ilhustrate this phenom ena a prelim inary sim ulation was conducted on a periodic system ofsize ( $4096 \mathrm{x} ; 1024 \mathrm{x}$ ) for the param eters $(\mathrm{r} ; \quad$; $\mathrm{x} ; \mathrm{t})=(1: 0 ; 0: 49 ;=3 ;: 05)$. Initially a defect free crystal was set up in the sim ulation cell that had no strain in the x direction and a 10\% strain in the $y$ direction. A notch of size 20 x 10 x was cut out of the center of the sim ulation cell and replaced with a coexisting liquid ( $=0: 79$ ). The notch provides a nucleating cite for a crack to stant propagating. A sam ple sim ulation is show $n$ in $F$ ig.

## 3. Reconstructive $P$ hase $T$ ransitions

The sim ple P FC model can be used to study a phase transition from a state $w$ ith square sym $m$ etry to onew ith triangular sym $m$ etry. In the $m$ odel described by Eq. a state $w$ th square sym $m$ etry is $m$ etastable, i.e., a state $w$ th square sym $m$ etry $w$ ill rem ain unchanged unless boundary conduction or uctuations are present. B ound-


FIG.24: H eterogenous nucleation and grain grow th. In this gure the grey scale corresponds to the sm oothed local free energy. The gures a), b), c), d), e) and f) correspond to tim es $50,200,1000,3000,15000,50000$ respectively.
ary conduction or uctuations allow for the nucleation of a low er energy state which in this particularm ordn ictho state of triangu lar sym $m$ etry discussed in Sec.
A sm all sim ulation was perform ed to ilhustrate this pnenom ena. In this sim ulation a crystallite w ith square sym $m$ etry coexisting w ith a liquid was created as an initial condition. The param eters for this sim ulation were ( r ; liq; sol; x ; t) $=(1: 0 \cdot 0.60 ; 0: 52 ; 1: 0 ;: 02$ ). The sim ulations depicted in Fig. show the spontaneous transition from square structure to the triangular structure. Two variants of the triangular structure (di ering by a rotation of 30 derrees) form in the new phase as highlighted in Fig.

A better $m$ ethod for studying this phenom ena is to create a free energy that contains both square and triangular sym $m$ etry equilibrium states. This can be done by including a $\tilde{j}{ }_{j}^{4}$ term (which favors square sym m etry) in the free energy. This is, unfortunately not the m ost convenient term for num erical sim ulations. A better approach is to sim ply couple two elds in the a opriate $m$ anner as was done in an earlier publication In either case an initial poly-crystalline state can be created of one crystal sym $m$ etry.


FIG. 25: In this gure a portion of a sim ulation is shown where the grey scale corresponds to the local energy density. The size ofboth gures is 2048 x 1024 x , where $\mathrm{x}==3$. Figs. a) and b) are at tim es $t=25 ; 000$ and 65;000 after the rip w as in itiated respectively.


FIG.26: In this gure the grey scale corresponds the eld . Figs. a), b), c) and d) correspond to tim es, $t=2 ; 20 ; 40$ and 180 respectively. In $F$ ig. d) the solid lines are guides to the eye.

## IV . SUM M ARY

The purpose of this was paper was to introduce the PFC m ethod of studying non-equilibrium phenom ena involving elastic and plastic deform ations and then to show how the technique can be applied to $m$ any phenom ena. Those phenom ena included epitaxial grow th, m aterial hardness, grain grow th, reconstructive phase transitions, crack propagation, and spinodal decom position. In the future, we intend to extend this $m$ odel to study these
phenom ena in three dim ensions.

## V. ACKNOW LEDGMENTS

This work was supported by a R esearch C onporation grant CC 4787 (KRE), NSF-DM R G rant 0076054 ( $\mathrm{K} R \mathrm{E}$ ) , the $N$ atural Sciences and E ngineering R esearch C ouncil of C anada (M G), and le Fonds Q uebecois de la Recherche sur la Nature et les Technologies (MG).

## VI. APPENDIX:NUMERICALMETHODS

Equation w as num erically solved using the tw o different $m$ ethoas w ork as described below. In what follow s the subscripts $n$, $i$ and $j$ are integers that corresponds to the num ber of tim e steps and distance along the $x$ and $y$ directions of the the lattioe respectively. T im e and space units are recovered by the simple relations, $t=n \mathrm{t}$, $x=i x$ and $y=j x$.
A. M ethod I

In $m$ ethod I an Euler discretization schem e was used for the tim e derivative and the spherical laplacian' approxim ation was used to calculate all Laplacians. For this $m$ ethod the discrete dynam ics read,

$$
\begin{equation*}
n+1 ; i ; j=n ; i ; j+r^{2} n ; i ; j ; \tag{54}
\end{equation*}
$$

where $n ; i ; j$ is the chem ical potential given by;

$$
\begin{equation*}
{ }_{n ; i ; j}=\left(r+\left(1+r^{2}\right)^{2}\right){ }_{n ; i ; j}{\underset{n ; i ; j}{3}:}^{n} \tag{55}
\end{equation*}
$$

A 11 Laplacians w ere evaluated as follow S,

$$
\begin{aligned}
& r^{2} f_{n ; i ; j}=f_{n ; i+1 ; j}+f_{n ; i} 1 ; j+f_{n ; i ; j+1} \\
+ & f_{n ; i ; j 1}=2+f_{n ; i+1 ; j+1}+f_{n ; i} 1 ; j+1 \\
+ & f_{n ; i 1 ; j+1}+f_{n ; i} 1 ; j+1
\end{aligned}=4 \quad 3 f_{n ; i ; j}=(x)^{2}:(56) .
$$

B. M ethod II

In $m$ ethod II an Euler algorithm was again used for the tim e step, except that a sim plifying assum ption was $m$ ade to evaluate $\left.\left(r+\left(1+r^{2}\right)^{2}\right)_{n ; i ; j}\right)$ in Fourier space. In this approach the fourier transform of $n ; i ; j$ was nu$m$ erically calculated then $m$ ultiplied by $w(q)$ and then an inverse fourier transform was num erically evaluated to obtain an approxim ation to $\left.\left(r+\left(1+r^{2}\right)^{2}\right) n_{i ; i j}\right)$. If $\mathrm{w}(\mathrm{q})$ is chosen to be w $(\mathrm{q})=\mathrm{r}+\left(\begin{array}{ll}1 & \mathrm{q}^{2}\end{array}\right)^{2}$ then, to w thin num erical accuracy, there is no approxim ation. In this work w (q) was chosen to ber $+\left(\begin{array}{ll}1 & q^{2}\end{array}\right)^{2}$ ifw $(q)<2: 5$ and $w(q)=2: 5$ otherw ise. Thusw $(q)$ is identical to the
exact result for w avevectors close to $q=1$, i.e., the wavelengths of interest. T he advantage of introducing a large wavevector cuto is that the $m$ ost num erically unstable
$m$ odes arise from the largest negative values ofw (q). Th is allow s the use ofm uch larger tim e steps. O ther than this approxim ation the $m$ ethod is identical to $M$ ethod $I$.
[1] K.R.E Ider, M . K atakow ski, M . H aata ja and M . G rant, Phys. Rev.Lett, 88245701 (2002).
[2] W ang and K hachaturyan, A cta. M ater. 45, 759 (1997).
[3] J.M uller and M .G rant, P hys. R ev.Lett. 82, 1736 (1999).
[4] M . H aata ja, J. M uller, A. D . R utenberg, and M . G rant, Phys. Rev.B 65, 165414 (2002).
[5] See, for exam ple: P rinciples of condensed $m$ atter physics, P.M.Chaiken and T.C.Lubensky (C am bridge U niversity P ress, C am bridge, 1995).
[6] S. A lexander and J. P. M cT ague, P hys. R ev. Lett. 41, 702 (1978).
[7] J. D. G unton, M . San M iguel, and P. Sahni, in Phase Transitions and C riticalP henom ena, Vol. 8, ed.C . D om b and J. L. Lebow itz (A cadem ic Press, London, 1983), p.267.A.J. B ray, A dv. P hys. 32, 357 (1994).
[8] J. S. Langer, Rev. M od. Phys. 52, 1 (1980). E. BenJacob, N . G olden feld, J. S . Langer and G. Schon, P hys. Rev.A 29, 330 (1984).B.C aroli, C . C aroliand B . R oulet, in Solids Far From Equilibrium, ed. by G. G odreche (C am bridge U niversity P ress, C am bridge, 1992). J. B . Collins and H. Levine, Phys. Rev. B 31, 6119 (1985).
[9] K . R . E lder, F . D rolet, J. M . K osterlitz and M . G rant, Phys. Rev. Lett. 72, 677 (1994). B. G rossm ann, K. R . Elder, M . G rant and J. M . K osterlitz, P hys. R ev. Lett. 71,3323 (1993).K .R.E Ider, J.D . G unton and M .G rant, Phys. Rev.E 54, 6476 (1996). F. D rolet, K . R . Elder, M artin G rant and J. M . K osterlitz, Phys. Rev. E 61, 6705 (2000).
[10] K . R . E lder, M . G rant, N . P rovatas and J.M . K osterlitz, Phys. Rev.E 64, 21604 (2001).
[11] C . H arrison, H. A dam son, Z. C heng, J. M . Sebastian, S. Sethuram an, D. A. H use, R . A. R egister and P. M . C haikin, Science, 290, 1558 (2000).
[12] F. Pardo, F . de la C ruz, P . L. G am m el, E. Bucher and D. J. B ishop, N ature, 396,348 (1998).
[13] M . Laradj̈, H . G uo, M . G rant, and M . J. Zuckerm ann, Phys.Rev.A 44, 8184-8188. (1991).
[14] M. C ross and P. H ohenberg, R ev. M od. Phys. 65, 851 (1993).
[15] J.Y amell, M . K atz, R .W enzeland S.K oenig, P hys. R ev . A, 7, 2130 (1973).
[16] H . Sakaguchi and H. R . B rand, P hys. Lett. A 227, 209 (1997).
[17] A. A. G olovin and A. A. N epom nyashchy, P hys. R ev.E 67, 056202 (2003).
[18] In m any cases it was nessesary to num erically study a perfect crystal at various w avelength s or orientations in a lattice w ith periodic boundary conditions. In order to avoid boundary e ects the w idth (and height) of the sim ulation cell should be an integer num ber of wavelength along the $\mathrm{x}(\mathrm{y})$ direction. In all cases where th is $w$ as necessary (i.e., elastic constants, grain boundary energies, etc.) the width and height were rst adjusted independently to be as close as possible to satisfying this condition. F inally the w avelengths (in both $x$ and $y$ directions) and orientations were then adjusted to provide an exact
m atch.
[19] F. Seitz, M odem Theory of Solid (M OG raw Hill, N ew York, 1940).
[20] W . T. R ead and W . Shockley, P hys. R ev. 78, 275 (1950).
[21] A ust and C halm ers, M etal Interfaces, A m erican Society of M etals, C leveland, O hio, 1952.
[22] G jostein and R hines, A cta M etall, 7, 319 (1959).
[23] R. J. A saro and W . A. T iller, M etall. T rans. 3, 1789 (1972).
[24] M . G rinfeld, J. N onlin. Sci. 3, 35 (1993); D okl. A kad. N auk SSSR 290, 1358 (1986); [Sov. Phys. D okl. 31, 831 (1986)].
[25] D . Srolovitz, A cta M etall. 37, 621 (1989).
[26] W . Y and and D. Srolovitz, Phys. Rev. Lett. 71, 1593 (1993).
[27] R . People and J. C. Bean, A ppl. Phys. Lett. 47, 322 (1985)
[28] A. P. Payne, W . D . N ix, B. M . Lairson and B. M . C lem ens, P hys. R ev. B 47, 13730 (1993).
[29] A. F ischer, H . K uhne, M . E ichler, F . H ollander and H. R ichter, $P$ hys. Rev.B 54, 8761 (1996).
[30] J. Zou and D.J.H.C ockayne, J. Appl. P hys. 79, 7632 (1996).
[31] L. B . Freund and W . D . N ix, A ppl. P hys. Lett. 69, 173 (1996).
[32] A. E. R om anov, W . P om pe, S.M athis, G . E . B eltz and J. S. Speck, J.A ppl. P hys. 85, 182 (1999).
[33] D . E. Jesson, S. J. P ennycook, J.M . B aribeau and D . C . H oughton, Phys. R ev. Lett. 71, 1744 (1993).
[34] D.E.Jesson, S.J.P ennycook, J.Z.T ischler, J.D .B udai, J.M .B aribeau and D .C .H oughton, P hys.R ev.Lett. 70, 2293 (1993).
[35] C.S.O zkan, W . D.N ix and H ua j̈an G ao, A ppl. Phys. Lett. 70, 2247 (1997).
[36] H. G ao and W . D. N ix, A nnu. R ev. M ater. Sci. 29, 173 (1999).
[37] Y . B olkhovityanov, A. Jaroshevich, N . N om erostsky, M . Revenko and E. Trukhanov, J. Appl. Phys. 79, 7636 (1960).
[38] M . O gasaw ara, H . Sugiura, M .M itsuhara, M . Y am am oto and M . N akao, J.A ppl. P hys. 84, 4775 (1998).
[39] A. R ockett and C. K iely, P hys. Rev.B 44, 1154 (1991).
[40] T. A nan, K . N ishi and S. Sugou, A ppl. P hys. Lett. 60, 3159 (1992).
[41] J.E.G uyer and P .W .Voorhees, P hys. R ev.B 54, 10710 (1996); P hys.Rev.Lett. 74, 4031 (1995); J.C rys.G row th 187, 150 (1998).
[42] J. W . M atthew s and A. E. B lakeslee, J. C ryst. G row th 27, 118 (1974). J.W .M atthew S, J.Vac. Sci. Technol. 12 126 (1975).
[43] J. G ray, R . H ull, and J. F loro, M at. R es. Soc. Sym p. Proc. 696, N 8.3.1, (2002).
[44] E. O . H all, P roc. Phys. Soc. Lond. B 64, 747 (1951).
[45] N . J. P etch, J. Iron Steel Inst. 174, 25 (1953).
[46] A. C racknell and N . P etch, A cta M etall. 3, 186 (1955).
[47] J. H eslop and N . J. P etch, P hilos. M ag. 2, 649 (1957).
[48] J. Jang and C . K och, Scripta M etall. et M ater. 24, 1599 (1990).
[49] G . H ughes, S. Sm th, C . P ande, H . Johnson and R . A m strong, Scripta M etall. et M ater. 20, 93 (1986).
[50] K. Lu, W . W ei and J. W ang, Scripta M etall. et M ater. 24, 2319 (1990).
[51] A. C hokshi, A. R osen, J. K arch and H. G leiter, Scripta M etall. 23, 1679 (1989).
[52] S.Y ip, N ature 391, 532 (1998).
[53] J. Schi tz, F. D iT olla and K . Jacobsen, N ature 391, 561 (1998).
[54] J. Shi tz, T . Vegge, F. D i Tolla, and K. Jacobsen, P hys. Rev.B 60, 11971 (1999).
[55] R . F. Steidel and C.E.M akerov, A ST M Bulletin, 247, 57 (1960).

